Influence of Nd:YAG laser on the penetration of a bioceramic root canal sealer into dentinal tubules: A confocal analysis

Rodrigo Jardim Del Monaco1☯, Marcelo Tavares de Oliveira2☯, Adriano Fonseca de Lima3†, Ricardo Scarparo Navarro4‡, Raquel Virgínia Zanetti5*, Daniela de Fátima Teixeira da Silva1†, Anna Carolina Ratto Tempestini Horliana1☯

1 Postgraduate Program in Biophotonics Applied to Health Sciences, University Nove de Julho, São Paulo, SP, Brazil, 2 Department of Dentistry, Ibirapuera University, São Paulo, SP, Brazil, 3 Department of Dental Research Division, Paulista University, São Paulo, SP, Brazil, 4 Department of Postgraduate Program in Bioengineering and Biomedical Engineering, University Brazil, São Paulo, SP, Brazil, 5 Postgraduate Program in Prosthetic Dentistry, São Leopoldo Mandic University, Campinas, SP, Brazil

☯ These authors contributed equally to this work.
‡ These authors also contributed equally to this work.
*

Abstract

Objective

The aim of this in vitro study, is to evaluate the penetration of a bioceramic root canal sealer into dentinal tubules at 3 mm and 5 mm from the apex after Nd:YAG laser irradiation.

Methods

Forty freshly extracted human mandibular premolars were prepared using Reciproc® and irrigated with 17% ethylenediaminetetraacetic acid (EDTA). Teeth were divided into 4 groups: group 1, obturated with control sealer (AH Plus®); group 2, obturated with bioceramic sealer (Endosequence BC Sealer®); group 3, Nd:YAG laser + control sealer (AH Plus®); and group 4, Nd:YAG laser + bioceramic sealer (Endosequence BC Sealer®). The samples were transversely sectioned 3 mm and 5 mm from the apex and examined using confocal laser scanning microscopy. Two parameters were measured: 1) sealer penetration into dentinal tubules of the root canal and 2) sealer penetration into the perimeter of the root canal walls.

Results

Penetration analysis showed that bioceramic sealer had a higher penetration at depths of 3 and 5 mm than that of the control sealer, regardless of laser use (p < 0.05). Perimeter analysis showed that there was no difference between both sealers at a depth of 3 mm (p < 0.05), regardless of laser use. At a depth of 5 mm, bioceramic sealer and laser showed a greater perimeter of penetration (p < 0.05) than the control sealer.
Influence of Nd:YAG laser on the penetration of a bioceramic sealer into dentinal tubules

Conclusion
The use of Nd:YAG laser did not compromise the penetration of bioceramic sealer into dentinal tubules of root canals at 3 mm and 5 mm from the apex.

Introduction
Mechanization of root canal instrumentation has made endodontic treatment more precise, efficient, and fast [1]. As a result, the time for which the irrigant stays in contact with the surface of a root canal has decreased; this has made these substances less efficient because they are time-dependent [2,3]. Instrumentation alone cannot completely decontaminate the root canals [4–6], making auxiliary therapies important. Several auxiliary techniques, such as high power lasers, photodynamic therapy, new instruments, and new irrigation approaches have been used to decontaminate dentinal tubules [5,7–15]. Currently, high power lasers are used in endodontic treatment. Particularly, Nd:YAG laser is known to have antimicrobial action and seals dentinal tubules [8,9,12,15,16]. Nd:YAG lasers can promote vaporization in the presence of a smear layer, causing fusion/resolidification of the dentin surface, which may decrease permeability, prevent reinfection, and reduce apical infiltration [17–20]. Despite its importance in cleaning and disinfection, the sealing of dentinal tubules could be a disadvantage because it may interfere with the penetration of sealers into root canals [19–22].

Recently, bioactive and osteogenic materials have been developed successfully in dentistry [23–26]. In endodontics, bioceramic sealers promotes dentine re-mineralization, have acceptable cytotoxicity, shows an antibacterial effect and good dentinal tubule penetration [25–28]. It was demonstrated that bioceramic sealers promotes penetration into dentinal tubules at 2 mm from apex with different obturation techniques [29]. Also, a retrospective study shows that obturations with bioceramic sealers could achieve 90,9% of success rate after 30.1 months follow up [27]. Bioceramic sealer was developed as a permanent root canal filling [27,28]. It does not shrink during setting, which increases its sealing capacity [23]. In addition, it has the ability to adhere and chemically bond to the root canal wall [30]. This mechanical locking is important as it decreases leakage [31,32]; however the obliteration of dentinal tubules by Nd:YAG lasers could be a disadvantage when this sealer is used. It could not penetrate into dentinal tubules, losing its benefits, since bioceramic sealers were developed to interact with non-irradiated dentin [33–38].

To date, only one study analyzed the interaction of bioceramic sealer with different dentin treatments, but in this study an Er:YAG laser was used [39]. Thus, the interaction of bioceramic sealers with dentin surface irradiated with Nd:YAG laser has not been studied yet. For these reasons, the aim of this in vitro study, is to evaluate the penetration of a bioceramic root canal sealer into dentinal tubules at 3 mm and 5 mm from the apex after Nd:YAG laser irradiation.

Materials and methods
Sample preparation
This study was approved by the Ethics Committee of University Nove de Julho (UNINOVE), São Paulo, Brazil (#1.358.755) (S1 File). Teeth gathered for this study came from patients who signed an informed consent document to grant their extracted teeth to the Human Teeth Biobank (HTB) of São Paulo University (S2 File). Forty mandibular uniradicular human premolars with completely formed root apexes and single canals confirmed by periapical radiography were
used. Those teeth were chosen because it is easier to find mandibular premolars freshly extracted due to orthodontic reasons. Besides, they usually have circular root canals. Although maxillary central incisors often have a regular and circular root canal, it is a difficult tooth to find. Also, the diameter of maxillary central incisor root canal can be very large to prepare with Reciproc® Files. The teeth were cleaned and stored at 4°C in a solution containing thymol grains for a maximum period of 3 months. The crowns of the teeth were sectioned transversally at the cemento-enamel junction with a diamond disc (KG Sorensen, Barueri, SP, Brazil) and were the discarded. The exposed root canals were irrigated with 2 mL of 2.5% sodium hypochlorite, and a #10 K file (VDW GmbH, Munich, Germany) was introduced through the access cavity until it could be visualized at the apical foramen with a 2.5× magnifying glass. The instruments were removed and measured to determine the working length, which was set 1 mm from the acquired measure, which means 1 mm from apical foramen. K file #20 or #25 instruments were used to determine the initial caliber. If one of these instruments did not fit, the teeth were discarded because the file system selected to prepare the root canals in this study were Reciproc® R40 files (Reciproc® System-VDW GmbH, Munich, Germany). The protocol of use recommended by the manufacturer, states that a manual file # 20 or # 25 must reach the working length passively to be prepared by a Reciproc® R40 file. Subsequently, the teeth were prepared with R40 files, using the technique recommended by the manufacturer that consisted of 3 repeated penetrations and withdrawals until the working length was achieved. The teeth were irrigated with 2 mL of 2.5% in each cycle, with up to 10 mL in one cycle of the instrumentation. After this, the teeth were irrigated with 5 mL of 17% ethylenediaminetetraacetic acid (EDTA) and activated for 1 min with an Irrisonic® ultrasonic tip (Helse Ultrasonic, Brazil) followed by irrigation with an additional 5 mL of 2.5% sodium hypochlorite. Subsequently, the teeth were randomly divided into 4 groups \( n = 10 \): in group 1, the teeth were obturated with control sealer AH Plus® sealer (Dentsply, Rio de Janeiro, Brazil); in group 2, they were obturated with bioceramic sealer Endosequence BC Sealer® (Brasseler USA, Savannah, GA, USA); in group 3, they were irradiated with Nd:YAG laser + AH Plus® sealer; and in group 4, they were irradiated with Nd:YAG laser + Endosequence BC Sealer® (Brasseler USA, Savannah, GA, USA).

**Laser irradiation**

The Nd:YAG laser (Deka, Florence, Italy), with a wavelength of 1064 nm and a 0.3-mm optical fiber, was used for irradiation. The standard parameters used were: 1.5 W, 15 Hz, and 100 mJ with a short pulse of 150 μs. The root canal wasn’t dried with paper cones. The root canal was left wet, only removing the sodium hypochlorite with a suction canula. After insertion of the optical fiber at the working length, the laser was activated, and the tooth was irradiated from the apical foramen to the entrance of the canal, with constant helical movements. Five cycles of 5 s were performed, with 20-s intervals between cycles. The irradiation protocol used in this study was the same as that proposed by Gutknecht & Behrens [40] and Camargo et al. [16], who recommended the use of helical movement to avoid excessive heating of the root canal walls.

**Root canal obturation**

For all groups, bioceramic sealer Endosequence BC Sealer® (Brasseler USA, Savannah, GA, USA) and AH Plus® sealer (Dentsply, Rio de Janeiro, Brazil) were mixed with 0.1% rhodamine B (rhodamine B isothiocyanate; Sigma-Aldrich, St. Louis, MO, USA) prior to obturation. The root canal sealer was delivered in the root canal with a 1mL Luer tip syringe and an insertion tip provided by manufacturer of BC Sealer®, calibrated 2 mm of working length. Teeth were obturated in a standard manner by the same operator using the R40 gutta-percha cone.
(VDW GmbH, Munich, Germany) and the vertical condensation technique. The samples were then placed in an incubator at 37°C under humidity (wet) for 1 week.

Confocal laser scanning microscopy analysis

After 1 week, the treated teeth were prepared for confocal laser scanning microscopy analysis. The teeth were cut perpendicular to the occlusal/apical axis at levels of 3 and 5 mm from the apex using a 0.3 mm #102 diamond disk mounted on an IsoMet Precision Cutter Saw (Buehler, Lake Bluff, IL) lubricated with vegetable oil. The samples were regularized with #600 and #1200 sandpaper for 10 s to reduce roughness and provide smooth surfaces, allowing intimate contact between the sample and glass slide during confocal microscopy. Subsequently, the specimens were examined using a confocal microscope (Leica TCS-SP 5 II, Leica, Mannheim, Germany) along the Z-axis with 10 μm optical slices. The absorption wavelength for rhodamine B was 543 nm. The displayed layers selected were 10 μm below the sample surface. For the analysis of penetration depth and the surface extension of sealer at each root level (i.e., 3 and 5 mm from the apex), 6 images containing the intracanal perimeter were captured for each sample with an HCX APO L 20×/1.0 lens (Leica) in oil (Type F Immersion Liquid) conforming to ISO 8036 (Leica), and acquired with the LAS AF Software (Leica Microsystems CMS GmbH, Mannheim). These images were obtained using 6 sections of 1 μm each, in a configuration of 1024 × 1024 pixels along the Z axis. Among these images, the one with the best sharpness was analyzed. The parameters analyzed were: penetration depth of the sealer in dentin tubules (in μm) and penetrated intracanal perimeter (in %) at a depth of 3 and 5 mm from the foraminal apex. In each micrograph selected, the maximum penetration depth of the sealer was measured in the 0˚ (N), 45˚ (NW), 90˚ (W), 135˚ (S), 180˚ (S), 225˚ (SE), 270˚ (E), and 315˚ (NE) directions (Fig 1) [21]. When penetration was observed, the length of the sealer tag formed in the canal wall along the tubule (in μm) was recorded. The canal wall served as the starting point and the penetration of the sealer into dentinal tubules (tags) was measured to a maximum depth of 1000 μm [41]. The intracanal perimeter of each sample was measured at a depth of 3 and 5 mm from the apex of the root. Both measurements (penetration and perimeter) were performed using an image-processing program (Imagej, NIH, USA). The extension of the intracanal perimeter infiltrated by the sealer and the penetration percentages of the sealer were calculated. For statistical analysis, means of the measured variable were calculated for each sample and root canal section starting from the apex. (dx.doi.org/10.17504/proto cols.io.rejd3cn)

Statistical analysis

The data were analyzed for normality using the Kolmogorov-Smirnov test, and homogeneity using the Levene test. Two-way analysis of variance (ANOVA) with post hoc Bonferroni corrections was used for analyzing sealer penetration and sealer perimeter. The level of significance in all tests was 5%.

Results

The results of this study are presented in Fig 2 and representative images of the evaluated groups are presented in Fig 3. When evaluating the sealer penetration at a depth of 3 mm from the apex (Fig 2), it was observed that bioceramic sealer (Endosequence BC Sealer®) showed a higher penetration (539 μm ± 257 μm) in the laser group (Fig 3D) and in the no laser group (473 μm ± 170 μm) (Fig 3B) than the control group (AH Plus® sealer). In the control group, treatment with the laser resulted in a penetration of 312 μm (± 238 μm) (Fig 3C); and without the laser, the penetration at a depth of 3 mm was 333 μm (± 197 μm) (Fig 3A). Bioceramic
sealer penetrated deeper into the dentinal tubules regardless of laser use at a depth of 3 mm from the apex (p < 0.05); i.e., the laser did not prevent the penetration of sealer. When evaluating the sealer penetration at a depth of 5 mm from the apex (Fig 2), the results were similar to that at a depth of 3 mm. Bioceramic sealer penetrated to 834 μm (± 210 μm) with the laser (Fig 3D) and 675 μm (± 249 μm) without the laser (Fig 3F), while the control sealer penetrated 464 μm (± 136 μm) with the laser (Fig 3G) and 415 μm (± 152 μm) without the laser (Fig 3E). This study also observed that bioceramic sealer penetrated deeper into the dentinal tubules regardless of laser use at a depth of 5 mm from the apex (p < 0.05); i.e., the laser did not prevent the penetration of sealer.

For the penetrated intracanal perimeter (second outcome measure), we observed that there was no difference (p < 0.05) between the bioceramic (59 μm ± 29 μm) and control group (77 μm ± 22 μm) at a depth of 3 mm from the apex for the laser groups (Fig 2). Additionally, without the laser, bioceramic sealer achieved a similar perimeter (62 μm ± 22 μm) as that of the laser group (60 μm ± 30 μm). At a depth of 5 mm from the apex (Fig 2), bioceramic sealer showed a larger perimeter penetration (89 μm ± 15 μm) with the use of the laser (p < 0.05) than when the laser was not used (60 μm ± 30 μm).

**Discussion**

This study evaluated the penetration of a bioceramic sealer in dentinal tubules irradiated by Nd:YAG laser, which was used as a coadjuvant for root canal decontamination. The objective was to combine the benefits of laser microbial reduction with the efficacy of bioceramic sealer [27,30,42–48]. Since Nd:YAG lasers can melt dentinal surfaces, this study examined whether this bioceramic sealer is capable of penetrating dentinal tubules despite laser irradiation. Penetration analysis showed that bioceramic sealer had a higher penetration at 3 and 5 mm than that of the control sealer, regardless of laser use. Thus, Nd:YAG laser does not interfere with
the penetration of bioceramic sealer into dentinal tubules. Examination of the penetration perimeter showed that there was no difference between both sealers at a depth of 3 mm.

Fig 2. Results. Box plot graphics of measurements for sealer penetration at 3 and 5mm from apex and box plot graphics of measurements for perimeter of sealer penetration at 3 and 5mm from apex. *p<0.05.

https://doi.org/10.1371/journal.pone.0202295.g002

Fig 3. Representative images of the evaluated groups. (A) AH Plus® 3mm from Apex and No Laser; (B) BC Sealer® 3mm from Apex and No Laser; (C) AH Plus® 3mm from Apex with Laser; (D) BC Sealer® 3mm from Apex with Laser; (E) AH Plus® 5mm from Apex and No Laser; (F) BC Sealer® 5mm from Apex and No Laser; (G) AH Plus® 5mm from Apex with Laser; (H) BC Sealer® 5mm from Apex with Laser.

https://doi.org/10.1371/journal.pone.0202295.g003
regardless of laser use. At a depth of 5 mm, bioceramic sealer paired with the laser showed a greater perimeter of penetration than that achieved with the control sealer, probably because of dentinal tubule size.

Assessment of sealer penetration at 3 mm and 5 mm from the apex in lower premolars demonstrated that bioceramic sealer had a higher penetration than control sealer, regardless of laser use. A possible explanation for this result is that bioceramic sealer has a higher flow than control sealer [29,43] with particles smaller than 2 μm [35] facilitating penetration into dentin tubules. Another explanation for the higher penetration of bioceramic sealer is its hydrophilicity, which improves penetration in moist substrates [43,45]. The control sealer (AH Plus®) contains epoxy resin that contributes to its hydrophobicity [49]. Based on the similarity between irradiated and non-irradiated groups with respect to dental sealer penetration, it can be assumed that lasers do not significantly altered dentin structure. This shows that the use of lasers is feasible as an auxiliary therapy without compromising root canal sealing.

We observed that there was no difference in the perimeter of sealer penetration between groups at a depth of 3 mm from the apex. This could be because of the smear layer, which is not completely removed by EDTA, especially in the apical region [50]. Additionally, the laser could have melted the residual smear layer, making sealer penetration more difficult. In this study, EDTA was applied in all groups to open the dentinal tubules. Another possibility could be the irregular distribution of the dentinal tubules at a depth of 3 mm from the apex. In buccal and lingual surfaces, the tubules are more parallel to the walls of the root canal [51,52], which may interfere with visualization using confocal microscopy. This would explain how the percentage of sealer penetration in the perimeter of the canal was close to 50% in the studied groups at a depth of 3 mm from the apex.

On the other hand, at a depth of 5 mm from the apex, we noticed a greater penetration (p <0.05) of sealer in the perimeter of the canal (close to 70% with the BC Sealer®) when paired with the use of laser. The greater penetration in the perimeter of the canal at a depth of 5 mm can be explained by the larger number and larger diameter of dentin tubules, as well as a more homogeneous distribution of the tubules [51,53]. However, there was no difference in perimeter penetration between the laser and no laser groups for the Endosequence BC Sealer®. It can be speculated that the conical shape created by the Reciproc® instrument increases the area of exposed dentinal tubules and allows both EDTA and the laser to be more efficient. Additionally, larger tubules may contain more humidity, which favors the penetration of bioceramic cement. Moreover, Endosequence BC Sealer® expands 0.2% while it sets [35], allowing a greater contact between the sealer and root canal walls. This could explain why the laser group had a larger perimeter of penetrated bioceramic cement (89 ± 15% with the laser and 60 ± 30% without the laser), compared to control sealer. A limitation of this study was not to evaluate the sealer penetration at 2mm from the root apex [29]. Additional research could be necessary to evaluate sealer penetration in accessory canals.

Under the experimental conditions of this study, it can be concluded that the use of Nd:YAG laser did not compromise the penetration of bioceramic sealer into dentinal tubules of root canals at 3 mm and 5 mm from the apex. Further investigation is recommended.

**Supporting information**

S1 File. Ethics committee resolution. (PDF)

S2 File. Declaration from Human Teeth Biobank. (PDF)
Author Contributions

Conceptualization: Rodrigo Jardim Del Monaco, Marcelo Tavares de Oliveira.
Data curation: Rodrigo Jardim Del Monaco, Daniela de Fátima Teixeira da Silva.
Formal analysis: Rodrigo Jardim Del Monaco, Daniela de Fátima Teixeira da Silva.
Investigation: Rodrigo Jardim Del Monaco.
Methodology: Rodrigo Jardim Del Monaco, Marcelo Tavares de Oliveira, Ricardo Scarparo Navarro.
Project administration: Rodrigo Jardim Del Monaco, Anna Carolina Ratto Tempestini Horliana.
Resources: Rodrigo Jardim Del Monaco, Adriano Fonseca de Lima.
Software: Rodrigo Jardim Del Monaco.
Supervision: Anna Carolina Ratto Tempestini Horliana.
Writing – original draft: Rodrigo Jardim Del Monaco.
Writing – review & editing: Rodrigo Jardim Del Monaco, Marcelo Tavares de Oliveira, Adriano Fonseca de Lima, Ricardo Scarparo Navarro, Raquel Virginia Zanetti, Anna Carolina Ratto Tempestini Horliana.

References

1. Gambarini G, Grande NM, Plotino G, Somma F, Garala M, De Luca M, et al. Fatigue resistance of engine-driven rotary nickel-titanium instruments produced by new manufacturing methods. J Endod. Elsevier Inc.; 2008; 34: 1003–1005. https://doi.org/10.1016/j.joen.2008.05.007 PMID: 18634935

2. Retamozo B, Shabahang S, Johnson N, Aprecio RM, Torabinejad M. Minimum contact time and concentration of sodium hypochlorite required to eliminate Enterococcus faecalis. J Endod. Elsevier Ltd; 2010; 36: 520–523. https://doi.org/10.1016/j.joen.2009.12.005 PMID: 20171375

3. del Carpio-Perochena A, Bramante CM, Duarte MAH, de Andrade FB, Graeff MZ, da Silva MM, et al. Effect of temperature, concentration and contact time of sodium hypochlorite on the treatment and revitalization of oral biofilms. J Dent Res Dent Clin Dent Prospects. 2015; 9: 209–215. https://doi.org/10.15171/joddd.2015.038 PMID: 26889356

4. Siqueira JF, Lima KC, Magalhães FA, Lopes HP, de Uzeda M. Mechanical reduction of the bacterial population in the root canal by three instrumentation techniques. J Endod. 1999; 25: 332–5. https://doi.org/10.1016/S0099-2399(06)81166-0 PMID: 10530256

5. Siqueira JF, Rôças IN, Santos SRLD, Lima KC, Magalhães FAC, de Uzeda M. Efficacy of instrumentation techniques and irrigation regimens in reducing the bacterial population within root canals. J Endod. 2002; 28: 181–184. https://doi.org/10.1097/00004770-200203000-00009 PMID: 12017176

6. Siqueira JF, Rôças IN. Clinical implications and microbiology of bacterial persistence after treatment procedures. J Endod. 2008; 34: 1291–1301. https://doi.org/10.1016/j.joen.2008.07.028 PMID: 18928835

7. Ramsköld LO, Fong CD, Strömberg T. Thermal effects and antibacterial properties of energy levels required to sterilize stained root canals with an Nd:YAG laser. J Endod. 1997; 23: 96–100. https://doi.org/10.1016/S0099-2399(97)80253-1 PMID: 9220736

8. Koba K, Kimura Y, Matsumoto K, Takeuchi T, Ikarugi T, Shimizu T. A histopathological study of the effects of pulsed Nd:YAG laser irradiation on infected root canals in dogs. J Endod. 1999; 25: 151–154. https://doi.org/10.1016/S0099-2399(99)00151-9 PMID: 10321176

9. Berklien M, Berklien R, Okar I. Comparative evaluation of antibacterial effects of Nd:YAG laser irradiation in root canals and dentinal tubules. J Endod. 2000; 26: 268–70. https://doi.org/10.1097/00004770-200005000-00003 PMID: 11199732

10. Folwaczny M, Mehl A, Jordan C, Hickel R. Antibacterial effects of pulsed Nd:YAG laser root canals. J Endod [J Endod]. 2002; 28: 24–9.
11. Wang QQ, Zhang CF, Yin XZ. Evaluation of the bactericidal effect of Er,Cr:YSGG, and Nd:YAG lasers in experimentally infected root canals. J Endod. 2007; 33: 830–832. https://doi.org/10.1016/j.joen.2007.03.017 PMID: 17804322
12. Asnaashari M, Safavi N. Disinfection of contaminated canals by different laser wavelengths, while performing root canal therapy. J Lasers Med Sci. 2013; 4: 8–16. PMID: 25606301
13. Sadik B, Arıkan S, Beldüz N, Yaşar Y, Karasoy D, Cehreli M. Effects of laser treatment on endodontic pathogen Enterococcus faecalis: a systematic review. Photomed Laser Surg. 2013; 31: 192–200. https://doi.org/10.1089/pho.2013.3479 PMID: 23586978
14. Saydjadi Y, Kuypers T, Gutknecht N. Laser Application in Dentistry: Irradiation Effects of Nd:YAG 1064 nm and Diode 810 nm and 980 nm in Infected Root Canals—A Literature Overview. Biomed Res Int. 2016; 2016. https://doi.org/10.1155/2016/8421656 PMID: 27462611
15. Cheng X, Guan S, Lu H, Zhao C, Chen X, Li N, et al. Evaluation of the bactericidal effect of Nd:YAG, Er:YAG, Er,Cr:YSGG laser radiation, and antimicrobial photodynamic therapy (aPDT) in experimentally infected root canals. Lasers Surg Med. 2012; 44: 824–831. https://doi.org/10.1002/lsm.22092 PMID: 23168798
16. Camargo SEA, Valera MC, Camargo CHR, Fonseca MB, Menezes MM. Effects of Nd:YAG laser irradiation on root canal dentin wall: a scanning electron microscopic study. Photomed Laser Surg, 2005; 23: 399–404. https://doi.org/10.1080/09448344708230985
17. Miserendino LJ, Levy GC, Rizoiu IM. Effects of Nd:YAG laser on the permeability of root canal wall dentin. J Endod. 1995; 21: 83–87. https://doi.org/10.1016/S0099-2399(06)81101-5 PMID: 7714443
18. Lan WH, Chen KW, Jeng JH, Lin CP, Lin SK. A comparison of the morphological changes after Nd:YAG and CO2 laser irradiation of dentin surfaces. J Endod. 2000; 26: 450–3. https://doi.org/10.1097/00004770-200008000-00005 PMID: 11199777
19. Park DS, Lee HJ, Yoo HM, Oh TS. Effect of Nd:YAG laser irradiation on the apical leakage of obturated root canals: an electrochemical study. Int Endod J. 2001; 34: 318–321. https://doi.org/10.1046/j.1365-2591.2001.00397.x PMID: 11482144
20. Sousa-Neto MD, Silva Coelho FI, Marchesan MA, Alfredo E, Silva-Sousa YTC. Ex vivo study of the adhesion of an epoxy-based sealer to human dentine submitted to irradiation with Er:YAG and Nd:YAG lasers. Int Endod J. 2005; 38: 866–870. https://doi.org/10.1111/j.1365-2591.2005.01027.x PMID: 16343112
21. Montero-Miralles P, Castillo-Oyagüe R, De La Fuente IS, Lynch CD, Castillo-Dali G, Torres-Lagarde D. Effect of the Nd:YAG laser on sealer penetration into root canal surfaces: a confocal microscope analysis. J Dent. 2014; 42: 753–759. https://doi.org/10.1016/j.jdent.2014.03.017 PMID: 24721523
22. Uzunoglu-Özyürek Emel; Erdoğan Özge; Aktemur Türker S. Effect of Calcium Hydroxide Dressing on the Dentinal Tubule Penetration of 2 Different Root Canal Sealers: A Confocal Laser Scanning. J Endod. 2018; 44: 1018–1023. https://doi.org/10.1016/j.joen.2018.02.016 PMID: 29680722
23. Carvalho CN, Grazziotin-Soares R, De Miranda Candeiro GT, Martinez LG, De Souza JP, Oliveira PS, et al. Micro push-out bond strength and bioactivity analysis of a bioceramic root canal sealer. Iran Endod J. 2017; 12: 343–348. https://doi.org/10.22037/iej.v12i3.16091 PMID: 28808463
24. Nasajpour A, Ansari S, Rinoaldi C, Rad AS, Aghaloo T, Shin SR, et al. A Multifunctional Polymeric Periodontal Membrane with Osteogenic and Antibacterial Characteristics. Adv Funct Mater. 2018; 28: 1–8. https://doi.org/10.1002/adfm.201703437
25. Watson TF, Atmeh AR, Sajini S, Cook RJ, Festy F. Present and future of glass-ionomers and calcium-silicate cements as bioactive materials in dentistry: Biophotonics-based interfacial analyses in health and disease. Dent Mater. The Academy of Dental Materials; 2014; 30: 50–61. https://doi.org/10.1016/j.dental.2013.08.202 PMID: 24113131
26. Li X, De Munck J, Van Landuyt K, Pedano M, Chen Z, Van Meerbeek B. How effectively do hydraulic calcium-silicate cements re-mineralize demineralized dentin. Dent Mater. The Academy of Dental Materials; 2017; 33: 434–445. https://doi.org/10.1016/j.dental.2017.01.015 PMID: 28233602
27. Chybowski EA, Glickman GN, Patel Y, Fleury A, Solomon E, He J. Clinical Outcome of Non-Surgical Root Canal Treatment Using a Single-cone Technique with Endosequence Bioceramic Sealer: A Retrospective Analysis. J Endod. Elsevier Inc; 2018; 44: 941–945. https://doi.org/10.1016/j.joen.2018.02.019 PMID: 29606401
28. Vouzara T, Dimosiari G. Cytotoxicity of a New Calcium Silicate Endodontic Sealer. J Endod. Elsevier Inc; 2018; 44: 849–852. https://doi.org/10.1016/j.joen.2018.01.015 PMID: 29550005
29. Wang Y, Liu S, Dong Y. In vitro study of dentinal tubule penetration and filling quality of bioceramic sealer. PlosOne. 2018; 13: 1–11.
30. Han L, Okiji T. Bioactivity evaluation of three calcium silicate-based endodontic materials. Int Endod J. 2013; 46: 808–814. https://doi.org/10.1111/iej.12062 PMID: 23402321
Influence of Nd:YAG laser on the penetration of a bioceramic sealer into dentinal tubules

31. Schölder H, Hargreaves KM. Filling root canals in three dimensions. J Endod. 2006; 32: 281–290. https://doi.org/10.1016/j.joen.2006.02.007 PMID: 16554195
32. Jardine AP, Rosa RA da, Santini MF, Wagner M, Só MVR, Kuga MC, et al. The effect of final irrigation on the penetrability of an epoxy resin-based sealer into dentinal tubules: a confocal microscopy study. Clin Oral Investig. 2016; 20: 117–123. https://doi.org/10.1007/s00784-015-1474-8 PMID: 25903061
33. Moura-Netto C, Mello-Moura ACV, Palo RM, Prokopowitsch I, Pameijer CH, Marques MM. Adaptation and penetration of resin-based root canal sealers in root canals irradiated with high-intensity lasers. J Biomed Opt. 2015; 20: 38002. https://doi.org/10.1117/1.JBO.20.3.038002 PMID: 25782626
34. Ariyaratnam MT, Wilson MA, Blinkhorn AS. An analysis of surface roughness, surface morphology and composite/dentin bond strength of human dentin following the application of the Nd:YAG laser. Dent Mater. 1999; 15: 223–228. https://doi.org/10.1016/S0109-5641(99)00035-4 PMID: 10551088
35. AquiTR, Andre CB, Arrais CAG, Bedran-Russo AK, Giannini M. Micromorphology of resin-dentin interfaces using self-adhesive and conventional resin cements: a confocal laser and scanning electron microscope analysis. Int J Adhes Adhes. Elsevier; 2012; 38: 69–74. https://doi.org/10.1016/j.ijadhadh.2012.05.009
36. Akcay M, Arslan H, Durmus N, Mese M, Capar ID. Dentinal tubule penetration of AH Plus, iRoot SP, MTA fillapex, and guttaflow bioseal root canal sealers after different final irrigation procedures: a confocal microscopic study. Lasers Surg Med. 2016; 48: 70–76. https://doi.org/10.1002/lsm.22446 PMID: 26774730
37. Gurbuz T, Odzemir Y, Kara N, Zehir C, Kurudirek M. Evaluation of root canal dentin after Nd:YAG laser irradiation and treatment with five different irrigation solutions: a preliminary study. J Endod. 2008; 34: 318–321. https://doi.org/10.1016/j.joen.2007.12.016 PMID: 18291285
38. De Oliveira MT, Reis AF, Arrais CAG, Cavalcanti AN, Aranha ACC, De Paula Eduardo C, et al. Analysis of the interfacial micromorphology and bond strength of adhesive systems to Er:YAG laser-irradiated dentin. Lasers Med Sci. 2013; 28: 1069–1076. https://doi.org/10.1007/s10103-012-1157-5 PMID: 22886136
39. Ozkocak I, Sonat B. Evaluation of effects on the adhesion of various root canal sealers after Er:YAG laser and irrigants are used on the dentin surface. J Endod. Elsevier Ltd; 2015; 41: 1331–1336. https://doi.org/10.1016/j.joen.2015.03.004 PMID: 25892511
40. Gutknecht N, Behrens V. Die bearbeitung der wurzelkanalwande mit dem Nd:YAG-Laser. Zahnärztl Welt. 1991; 10: 748–50, 752, 755.
41. Ordinola-Zapata R, Bramante CM, Graeff MSZ, del Carpio Perochena A, Vivan RR, Camargo EJ, et al. Depth and percentage of penetration of endodontic sealers into dentinal tubules after root canal obturation using a lateral compaction technique: A confocal laser scanning microscopy study. Oral Surgery, Oral Med Oral Pathol Oral Radiol Endodontology. Elsevier Inc.; 2009; 108: 108: 450–457. https://doi.org/10.1016/j.tripleo.2009.04.024 PMID: 19716510
42. Sagsen B, Ustün Y, Demirbuga S, Paal K. Push-out bond strength of two new calcium silicate-based endodontic sealers to root canal dentine. Int Endod J. 2011; 44: 1088–1091. https://doi.org/10.1111/j.1365-2591.2011.01925.x PMID: 21895700
43. Candeiro GTDM, Correia FC, Duarte MAH, Ribeiro-Siqueira DC, Gavini G. Evaluation of radiopacity, pH, release of calcium ions, and flow of a bioceramic root canal sealer. J Endod. 2012; 38: 842–845. https://doi.org/10.1016/j.joen.2012.02.029 PMID: 22955123
44. Güven EP, Taşlı PN, Yalvac ME, Sofiev N, Kayahan MB, Sahin F. In vitro comparison of induction capacity and biomineralization ability of mineral trioxide aggregate and a bioceramic root canal sealer. Int Endod J. 2013; 46: 1173–1182. https://doi.org/10.1111/iej.12115 PMID: 23617276
45. Shokouhinejad N, Gorjestani H, Nasseh AA, Hoseini A, Mohammadi M, Shamshiri AR. Push-out bond strength of gutta-percha with a new bioceramic sealer in the presence or absence of smear layer. Aust Endod J. 2013; 39: 102–106. https://doi.org/10.1111/1747-4477.2011.00310.x PMID: 24279654
46. Pawar SS, Pujar MA, Makandar SD. Evaluation of the apical sealing ability of bioceramic sealer, AH plus & epiphany: An in vitro study. J Conserv Dent. 2014; 17: 579–82. https://doi.org/10.4103/0972-0707.144609 PMID: 25506149
47. Wang Z. Bioceramic materials in endodontics. Endod Top. 2015; 32: 3–30. https://doi.org/10.1111/etp.12075
48. Kapralos V, Koutroulis A, Ørstavik D, Sunde PT. Antibacterial Activity of Endodontic Sealers against Planktonic Bacteria and Bacteria in Biofilms. J Endod. 2018; 44: 149–154. https://doi.org/10.1016/j.joen.2017.08.023 PMID: 29153733
49. Chandra SS, Shankar P, Indira R. Depth of penetration of four resin sealers into radicular dentinal tubules: a confocal microscopic study. J Endod. Elsevier Ltd; 2012; 38: 1412–1416. https://doi.org/10.1016/j.joen.2012.05.017 PMID: 22980190
50. Peeters HH, Suardita K. Efficacy of smear layer removal at the root tip by using ethylenediaminetetra-acetic acid and erbium, chromium: Yttrium, scandium, gallium garnet laser. J Endod. Elsevier Ltd; 2011; 37: 1585–1589. https://doi.org/10.1016/j.joen.2011.08.022 PMID: 22000469

51. Mjör IA, Smith MR, Ferrari M, Mannocci F. The structure of dentine in the apical region of human teeth. Int Endod J. 2001; 34: 346–353. https://doi.org/10.1046/j.1365-2591.2001.00393.x PMID: 11482717

52. Wakabayashi H; Matsumoto K; Nakamura Y; Sherasuka T. Morphology of the root canal wall and arrangement of underlying dentinal tubules. Int Endod J. 1993; 26: 153–162. https://doi.org/10.1111/j.1365-2591.1993.tb00786.x PMID: 8406962

53. Mjör IA, Nordahl I. The density and branching of dentinal tubules in human teeth. Arch Oral Biol. 1996; 41: 401–412. https://doi.org/10.1016/0003-9969(96)00008-8 PMID: 8809302